Enhancement of Separation Efficiency for Nano Filtration Membrane using Water-Soluble Polymer.

P.G.Bansod, Dinesh Bhutada, Shrikant Barkade, Shyam kodape

Abstract. In this study, an aqueous solution containing a mixture of heavy metal ion Cr(III) were treated by polymer enhanced Nanofiltration using polyethylene glycol as a binding agent polymer. The performance of PEG in removing heavy metal ion Cr (III) was compared with PEG and without PEG addition using polyamide Nano filtration membrane. The percentage rejection of heavy metal ions was studied under the different value of pH, metal ion concentration and flow rate. At pH 10, percentage rejection of heavy metal ion was highest at around 99.2%, whereas, at 200ppm concentration and at 3(l/hm²) flow rate percentage rejection of heavy metal ion with PEG was highest 99.5%. It was found that PEG gave higher percentage rejection of Cr(III) ion than without the addition of PEG.

Keywords-Nanofiltration, water soluble polymer, heavy metal, metal complex

I. INTRODUCTION

The increasing water pollution by heavy metal ion has become a serious issue, because they are non-biodegradable and some of them are highly toxic and have a probable carcinogenic effect[1]. The maximum contaminant level (MCL) standard for heavy metal established USA environmental protection agency is chromium 0.05 mg/L[2]. Chromium above the maximum contaminant level in water causes a problem of headache, diarrhoea, nausea, vomiting, chronic, asthma, coughing etc.[3][2]. Wastewater from various industries containing heavy metal ions, which must be removed, before recycling or discharge directly in surface water, the conventional process are used for separation of heavy metal like chemical precipitation, ion-exchange, adsorption or bioseparation. [3][4]. But conventionalprocesses have a significant disadvantage of incomplete removal, high energy requirement, production of toxic sludge. [5] Nowadays, membrane separation process such as microfiltration, ultrafiltration, nanofiltration, reverse osmosis and electrodialysis are significantly used for separation of heavy metals[6][7]. Complexation of metal ions by binding polymers is used in conjuction with nan filtration in a process known as polymer enhanced Nanofiltration. The water-soluble polymer contains one or more amine, amide, carboxylic acid, hydroxyl, phosphonic acid, quaternary ammonium salts, and sulfonic acid groups at the backbone or side chain and their ability to remove ion pollutants from aqueous solutions.[8][9][10]. The complexation filtration techniques have been shown to be a promising technique towards the removal of heavy metals ions. [10][9] Separation of heavy metals from the large volume of polluted water at low concentration of heavy metal ions by conventional technique is not economically feasible and eco-friendly[1]. In this case, the removal of heavy metal is more effective by complexation-nanofiltration techniques. In order to separate heavy metal ion by complexation technique, heavy metal ions formed complex with water-soluble polymer, thus, the size of metal ion increases (complex) in aqueous solution and it can separate with higher efficiency,[11][12]. In previous research, ultrafiltration and microfiltration membranes were used for separation of heavy metal ions with complexation technique (water-soluble polymer), but it had disadvantages, like percentage separation efficiency was limited which made the processes unsuitable for separation of heavy metals ions to large volume with dilute concentration[6]. The number of water-soluble polymer can use for separation of heavy metal, but polyethylene glycol has shown good chemical stability, high efficiency and selectivity towards a separation of heavy metal ions Cr3+, [13][10][14]. PEG has effective for separation heavy metal ion Cr.[15] The complexation –Nano filtration is proved to be a new promising technique for separation of heavy metals ions for dilute concentration with large volume.[16] The use of water-soluble (metal binding) polymer in combination with Nanofiltration is a hybrid approach to separate selectively and recover valuable elements of heavy metal. In complexation –NF process cationic of heavy metal ion form complexes with micro ligand in order to increase their molecular weight with size larger than the pore size of the selected membrane, that can be retained by the membrane, whereas permeate water is separated from heavy metal. The advantage of the complexation separation is high selectivity, low energy requirement and high separation efficiency. The water-soluble polymeric ligand has shown powerful substance to remove traces of heavy metal ions from aqueous solution and industrial wastewater by using membrane technique.[17] The present work, attempt has been made to use inexpensive and easily available water soluble polymer (PEG) to formation of complex with heavy metal ion, the objective of present work is investigate the effect of water soluble polymer PEG on separation efficiency of heavy metal ion (Cr III) using polyamide nanofiltration membrane.

Revised Manuscript Received on July 06, 2019.
G.Bansod, Department of Chemical Engineering, Sinhgad College of Engineering, Vagdaon, Pune-41.
Dinesh Bhutada, MIT, World Peace University, Department of Petrochemical Engineering, Pune-41
Shrikant Barkade, Department of Chemical Engineering, Sinhgad College of Engineering, Vagdaon, Pune-41
Shyam kodape, VNIT, Department of chemical Engineering, Nagpur-440010

Published By: Blue Eyes Intelligence Engineering & Sciences Publication

1470
Enhancement of Separation Efficiency for Nano Filtration Membrane using Water-Soluble Polymer.

II. MATERIAL.

Standard metal solutions of Chromium with the concentration of 1000 ppm were used. The complexation experiments were carried out with PEG as a water-soluble polymer. The pH of aqueous solutions was adjusted using 1M HCl and 1 NaOH.

All the chemicals were used for the experimentation work were of analytical grade and supplied by Merck. The Nanofiltration membrane module of length 40 inches and diameter 4 inches were used for separation. The module has consisted of a cylindrical shell made up of stainless steel, and spirally wound membranes were installed in a shell. The membrane was made up of HPA (Hydrophilized Polyamide). The metal ion concentration of the synthetic solution and sample solutions after experimentation was examined using Chemito AAS 201 (Atomic Absorption Spectrophotometer). The metal solution was prepared from a stock solution of 1000 ppm concentration by further dilution to 4, 6, 8 and 10 ppm for chromium. Calibration curves of the tested metals were constructed with different concentrations.

A. Metal Complex Preparation and Separation

Initially, 15 litres of known concentration of 50, 100, 150, 200 ppm of chromium were prepared separately; the complex of chromium was prepared from the corresponding solution using water-soluble polymer polyethylene glycol, (PEG). These metals ions and metal complexes were separated by using Nanofiltration membrane unit as shown in figure 1. It consists of a feed tank (20 liters capacity). The feed tank solution was passed to the membrane unit. The Nanofiltration membrane module made up of HPA (Hydrophilized polyamide), having a diameter 40 inches and length 4 inches. The module consists of a cylindrical shell made up of stainless steel and the spirally wound membrane was installed in a shell. The flow rate of feed, permeate and rejection was measured using flow meter. The operating pressure was 50-130 psi. The leak check was taken at the time of backwashing. The sample collected from permeates and rejected was measured continuously using atomic absorption spectrometry.

Figure 1. Schematic diagram of the pilot plant.

B. Characterisation.

The concentration of metal and metal complexes from permeate and rejection of the membrane unit was tested using AAS (Atomic Absorption Spectrometry) Chemito AAS, 201. Atomic Absorption Spectrometry (AAS) is a technique for measuring quantities of chemical elements present in samples by measuring the absorbed radiation by the chemical elements of interest. This is done by reading the spectra produced when the sample is excited by radiation. The atoms absorb ultraviolet or visible light and make transitions to higher energy levels. It utilises the principle that elements in the gas phase absorb light at very specific wavelengths which gives the technique excellent specificity and detection limits.
III. RESULT AND DISCUSSION.

Figure 2. illustrates the percentage rejection versus chromium concentration without the addition of water-soluble polymer (PEG). For all flow rate (1.5, 2.2.5, & 3 L/hm2), percentage rejection of Cr3+ ions increased with increased in Cr3+ ion concentration from 50 to 200 ppm, without PEG, the percentage rejection of Cr3+ ions increased as per following sequence of flow rate 3 >2.5 >2 >1.5 (L/hm2), 97.8% rejection of Cr3+ obtained at a flow rate of 3 L/HM2, whereas 96.8% rejection obtained at 1.5 L/hm2 flow rate without PEG. It cleared from a result that increased in feed concentration of Cr3+ ion, percentage rejection increased with increased in feed flow rate. Figure 3, shown, percentage rejection of Cr3+ ion versus feed concentration at (1.5, 2, 2.5 & 3 L/hm2) flow rate with water-soluble polymer PEG. Comparing the result with and without water-soluble polymer (PEG), it observed that percentage rejection of Cr3+ ion was found to be 99.5%, 99.3%, 99% & 98.76% at 3, 2.5, 2 & 1.2 flow rate respectively, it showed, percentage rejection Cr3+ ions with addition of water-soluble polymer PEG was found to be almost 4% more than without PEG, it was due to the fact that heavy metals ion Cr3+ formed complex with water-soluble polymer (PEG) in order to increase their molecular weight with size larger than pores of selected membrane that can be retained. [5][1] and thus, increased in feed concentration of heavy metal ion, it formed more complexes with water-soluble polymer PEG, and resulted in more rejection with addition water-soluble polymer (PEG).

Figure 2, Relation between % rejection and Chromium concentration at 1.5, 2.2.5 & 3 flow rate.

Figure 3. Relation between % rejection and Chromium concentration at 1.5, 2.2.5 & 3 flow rate with PEG.

Figure 4. Influence on percentage rejection versus feed flow rate at various concentrations without PEG.

Figure 5. Influence on percentage rejection versus feed flux at various concentration.
Enhancement of Separation Efficiency for Nano Filtration Membrane using Water-Soluble Polymer.

Figure 4, shown, percentage rejection of heavy metal ion (Cr3+) versus different pH at a constant feed concentration of heavy metals ion (150 PPM) without PEG increased. At 10,8,6,4&2 Ph, percentage rejection of heavy metals ion was found out to be 96.6%,95.8%,94.4%,94% and 93.4% respectively. It was observed that increased in pH of the feed solution, percentage rejection of heavy metals ion increased, Figure 5, showing the percentage rejection of heavy metal ion increased with addition of water soluble polymer PEG in the feed solution. It found that percentage rejection of heavy metal ion increased with addition of water-soluble polymer PEG. At pH 2,4,6,8 &10, percentage rejection of heavy metal ion was found out to be 96.8%,97.2,97.8,98.8,99.2 respectively, it was found that with the addition of water-soluble polymer (PEG), percentage rejection of heavy metals ion increased with increased pH of feed solution at 150ppm concentration. It was due to the fact that metal ion rejection increased with increase in pH value, and reaching 99.2% value at pH 10. It can show that the stability of complex formation is pH dependent. At low pH, affinity of PEG towards metal is weak, due to the presence of positive charges and hence stability is low. As pH increased, affinity and stability towards metal complex formation with PEG increases (MA BARAKAT) and thus addition of PEG (water-soluble polymer) increases , percentage rejection of heavy metal ions. In previously it resulted that at low pH value, percentage rejection decrease and at low pH values almost no metal ions are complexed. This indicates the possibility of a recovery process for reuse of polymeric agent by readjusting pH.[10]

Figure 6. Influence of pH on % rejection of chromium ion without PEG.

![Graph showing pH vs % rejection without PEG](image)

**IV. CONCLUSION**

The viable technique for Cr (III) metal ion rejection via Nano filtration in combination with water-soluble polymer polyethylene glycol can be applied effectively to Cr3+ ion. PEG as water-soluble polymer showed better performance for separation of heavy metal ion Cr3+ compare with without addition PEG. pH, metal concentration and the flow rate was found an effective parameter to control the percentage rejection of heavy metal ion Cr3+. At pH 10, and at 3(L/hm²) flow rate found highest percentage rejection of heavy metal ion Cr3+. The result indicates that with the addition of PEG gave higher rejection of heavy metal ion.

**REFERENCE.**

1. M. A. M. El Zeftawy et al., «Use of rhamnolipid to remove heavy metals from wastewater by micellar-enhanced ultrafiltration (MEUF)», Sep. Purif. Technol., libk. 77, zenb. 1, or. 120–127, 2011.
2. S. Babel et al., «CAB Direct», African J. Range Forage Sci., libk. 22, zenb. 1, or. 73–74, 2010.
3. K. C. Khulbe et al., «Removal of heavy metals and pollutants by membrane adsorption techniques», Appl. Water Sci., libk. 8, zenb. 1, or. 1–30, 2018.
4. B. S. Kern et al., «Removal of heavy metal ions from water by cross-linked carboxymethyl corn starch», Carbohydr. Polym., libk. 39, zenb. 3, or. 217–223, 1999.
5. M. A. Barakat, «Removal of Cu (II), Ni (II) and Cr (III) Ions from Wastewater Using Complexation-Ultrafiltration Technique», J. Environ. Sci. Technol., libk. 1, zenb. 3, or. 151–156, 2009.
6. E. Swaminathan, S. Nagappan, Padmanvathi Rajangam, et al., «Removal of Nickel and Chromium Ions from Water by Chelation Membrane-Supported Ultrafiltration Technique Using Synthetic Polymer Membranes», Prog. Nanotechnol. Nanomater., libk. 2, zenb. 2, or. 47–54, 2013.
7. A. F. Al-Alawy et al., «Comparative Study between Nanofiltration and Reverse Osmosis Membranes for the Removal of Heavy Metals from Electroplating Wastewaters», J. Eng., libk. 23, zenb. 4, or. 1–21, 2017.
8. L. Li, C. Zou, L. Zhou, et al., «Accepted Manuscript», 2017.
9. B. L. Rivas, E. D. Pereira, M. Palencia, et al., «Water-soluble functional polymers in conjunction with membranes to remove pollutant ions from aqueous solutions», Prog. Polym. Sci., libk. 36, zenb. 2, or. 294–322, 2011.
10. K. Trivunac et al., «Removal of heavy metal ions from water by complexation-assisted ultrafiltration», Chemosphere, libk. 64, zenb. 3, or. 486–491, 2006.
11. G. Borbély et al., «Nickel and Zinc Removal By Ultrafiltration Method», Hungarian J. Ind. Chem., libk. 36, zenb. 1–2, or. 17–22, 2008.
12. A. Kryvoruchko, L. Yurlova, et al., «Removal of heavy metal ions from water by chelation-enhanced ultrafiltration», Desalination, libk. 144, zenb. 1–3, or. 243–248, 2002.

**Figure 7. Influence of pH on % rejection of chromium ion with PEG.**

![Graph showing pH vs % rejection with PEG](image)
13. Y. Manawi, V. Kochkodan, E. Mahmoudi, D. J. Johnson, A. W. Mohammad, et al. A. Atieh, “Characterization and Separation Performance of a Novel Polyethersulfone Membrane Blended with Acacia Gum,” Sci. Rep., libk. 7, zenb. 1, or. 1–12, 2017.

14. M. Al-Hwaiit, K. A. Ibrahim, et al. M. Harrara, “Removal of heavy metals from waste phosphogypsum materials using polyethylene glycol and polyvinyl alcohol polymers,” Arab. J. Chem., 2015.

15. Q. Tang, X. Sun, Q. Li, J. Wu, et al. J. Lin, “Synthesis of polycrylate polyethylene glycol interpreting network hydrogel and its sorption of heavy-metal ions,” Sci. Technol. Adv. Mater., libk. 10, zenb. 1, 2009.

16. P. Mikułak and J. Cuhorka, “Removal of heavy metal ions from aqueous solutions by nanofiltration,” Chem. Eng. Trans., libk. 47, or. 379–384, 2016.

J. Sánchez, N. Mendoza, B. L. Rivas, L. Basáez, et al. J. L. Santiago-García, “Preparation and characterization of water-soluble polymers and their utilization in chromium sorption,” J. Appl. Polym. Sci., libk. 134, zenb. 39, 2017.

AUTHORS PROFILE.

Dr. Praful G. Bansod.
Email: praful1vaisu@gmail.com.

Educational Qualification & Academic Background:

| Degree/Certificate | Institute                  | Board/ University |
|--------------------|----------------------------|------------------|
| Ph. D              | Department of Chemical Technology, Amravati University |                   |
| M. Tech.           | Department of chemical technology, Amravati University |                   |
| B.E (Chemical Engg) | Amuradha college of engineering Chikhli, Amravati University |                   |
| H. S. C.           | Bharatiya vidhyapith, Amravati, Amravati |                   |

PhD area-Membrane casting, characterization and its application for separations

Patents.

1] Patent 1-
Title of the invention- Portable three layer water purification bottle
Patent application number-201721023788A
Publication date-21/7/2017

2] Patent 2
Title of invention-water purification membrane cleaner
Application no.201821011963
Publication date-13/4/18

Book Published
Heat transfer ISBN-978-81-9393884-9-5
Date 15 sep.2017.

Papers Presented in Conferences & Seminars: International Conference : 8
Research Publications in Journals: International Journals : 10

Second author
Dr. Dinesh S. Bhutada.
Associate Professor in Chemical Engineering, MIT World Peace University, Pune. He is Ph.D. in Chemical Technology. He had published 15 national and international papers and having two Indian Patents to his credit. His area of interest is Environmental Engineering, Process Design, Anaerobic processes, Membrane Bioreactor etc. He completed two research projects funded by University of Pune. He is Life Member of Indian Institute of Chemical Engineers.